BANDGAP ANALYSIS OF NANO CRYSTALLINE \(L_{0.1}ZY_{0.9}\) BCCO CERAMICS

Anitha S. Nair\(^1\), Reenu Jacob\(^2\), Sheelakumari Issac\(^3\), Sam Rajan\(^2\), V. S. Vinila\(^4\), D. J. Satheesh\(^4\), Jayakumari Isac\(^4\)*

\(^1\)Department of Physics, D. B. College, Parumala, India
\(^2\)Department of Physics, CMS College, Kottayam, India
\(^3\)Department of Chemistry, UC College, Aluva, India
\(^4\)Centre for Condensed Matter, Department of Physics, CMS College, Kottayam, India

E-mail
*corresponding author, email: drjayacmscollege@gmail.com, anithasateesh@gmail.com, mob: 9447781005

ABSTRACT

Crystalline Ceramic Lanthanum Zirconium Yttrium barium Calcium Copper oxide (\(L_{0.1}ZY_{0.9}\) BCCO) was prepared by a high-energy ball milling process through mechanically assisted synthesis at a high temperature to acquire the desired homogeneity and phase formation. In order to study the optical properties like reflectivity, absorptivity, refractive index, the UV-VIS analysis of the above nonstoichiometric sample was carried out. The dispersion of refractive index was analyzed by the Wemple-DiDomenico single-oscillator model. The band gap energy of the sample was elucidated from the Tauc plot. The refractive index \(n\) was calculated and the results obtained are plotted with the wavelength.

Indexing terms/Keywords

\(L_{0.1}ZY_{0.9}\) BCCO; Dispersion; Wemple-DiDomenico model; band gap energy; refractive index; Urbach energy.

Academic Discipline And Sub-Disciplines

Faculty of Science, Physics.

SUBJECT CLASSIFICATION

Condensed Matter Physics, Nano ceramics.

TYPE (METHOD/APPROACH)

Full Research Article – Experimental along with theory and analysis.
1. Introduction

The semiconductor nanoparticles have properties between molecules and bulk solid semiconductors. Their physicochemical properties are found to be strongly size dependent. It is well known that the nanoscale systems show interesting physical properties such as increasing semiconductor band gap due to electron confinement. Surface atoms play an important role in governing the electronic and optical properties in nano materials. The estimation of energy band gap in nano structural semiconductors is somewhat difficult because surface atoms edges of the valence and conduction bands are not abrupt and the tail states complicate the definition of the true optical gap. The aim of this paper is to explain how one can determine the energy band gap in nano crystalline ceramics that only requires the measurement of the absorbance spectrum and without the need of additional information, such as the film thickness or reflectance spectra[1]. Optical characterisation is considered to be a good quality check for nano crystalline ceramics. Nano crystalline materials have attracted considerable interest in recent years because of the possibility of improving macroscopic properties of materials by varying the crystallite sizes [2]. Due to chemical and physical properties arising from the large surface–volume ratios and also the quantum size effect, compared with those of bulk counterparts [3-8].

Another way to improve the absorption by reorganizing the intermolecular packing, therefore changing the properties of the material, is through the annealing process. The maximum absorption increases and broadens to a longer wavelength for corresponding transitions. This means that because the optical absorption corresponds to differences in energy states, it can be considered an indirect measure of the electronic structure. The optical band gap $E_{\text{opt}}$, expressed in electron volts, depends on the incident photon wavelength by means of a Planck relation

$$E_{\text{opt}} = \frac{h \nu}{\lambda}$$

where $h$ is the Planck constant, $\nu$ is the wave frequency and $c$ light speed in vacuum. Experimentally, the optical band gap $E_{\text{opt}}$ is estimated by linear extrapolation from the absorption feature edge to A=0 and subsequent conversion of the wavelength (nm) into energy value versus vacuum (eV) [9,10].

In the present work the authors describes the optical behavior of Lanthanum Zirconium Yttrium barium Calcium Copper oxide L$_{0.1}$Z$_{0.9}$BCCO, nano crystalline superconductor material. The energy band gap values of the sample were analyzed and they are fundamentally important to the design of practical devices [11]. In solid state physics a band gap, is an energy range in an ideal solid where no electron states can exist. This is equivalent to the energy required to free an outer shell electron from its orbit about the nucleus to become a mobile charge carrier, able to move freely within the solid material [12]. The band gap energy of insulators is large (>4eV), but lower for semiconductors (<3eV). Measuring the band gap is an important factor determining the electrical conductivity in nano material industries.

The band gap energy values is obtained using Tauc plot as a direct relation. The Urbach energy of the sample was also studied. The optical constants of refractive index, extinction coefficient, and absorption coefficient showed a systematic variation. The dispersion of refractive index was analyzed by the Wemple-DiDomenico single-oscillator model and such optical behaviour is rarely reported.

2. Experimental

Crystalline Ceramic Lanthanum Zirconium Yttrium barium Calcium Copper oxide L$_{0.1}$Z$_{0.9}$BCCO sample was prepared by the solid state thermo chemical reaction technique using a high-energy ball milling process through mechanically assisted synthesis. Mechanical mixing, ball milling and attrition milling were utilized to insure homogeneity. Then the material was calcined at 950°C. Control of temperature is often necessary to ensure that the desired crystalline phase is formed with optimum particle size [13]. Then UV-Vis spectrum of these materials was taken. The optical constants of refractive index, extinction coefficient, and absorption coefficient, normal-incidence reflectivity showed systematic variation. The dispersion of refractive index was analyzed by the Wemple- Di Domenico single-oscillator model.

2.1. UV-VIS. Analysis

UV-Vis. spectroscopy is based on the principle of electronic transition in atoms or molecules upon absorbing suitable energy from an incident light that allows electrons to excite from a lower energy state to higher excited energy state. While interaction with infrared light causes molecules to undergo vibrational transitions, the shorter wavelength with higher energy radiations in the UV (200-400 nm) and visible (400-700 nm) range of the electromagnetic spectrum causes many atoms/molecules to undergo electronic transitions.
The sample obtained after calcination was subjected to UV-VIS-Near IR analysis (Fig.1) using Varian, Cary 5000 Spectrophotometer over a spectral range of 175-3300nm with an accuracy of ±0.1nm (UV-Vis.). This type of sample has high mechanical hardness, high thermal conductivity, large dielectric constant, and high resistance to harsh environment. UV-Visible spectrum give information about the excitonic and inter transition of nano materials[14]. Figure.1 shows the UV-VIS behaviour of the sample L_{0.1}ZY_{0.9}BCCO at 950°C. The optical absorption spectrum of the sample were studied at room temperature. The UV analysis can be thought as a good quality check for the optical behaviour of the ceramic materials. The optical absorption data was analyzed using the classical relation for near edge optical absorption of semiconductors [15-16].

**Figure 1.** Schematic representation of electronic transition from the ground state (S₀) to an excited state (S₁)

**Figure 2:** UV-VIS spectrum of L_{0.1}ZY_{0.9}BCCO (reflectance & absorbance)
The diffuse reflectance spectra were translated into the absorption spectra by the Kubelka-Munk method. Kubelka-Munk’s equation is described as follows:

$$\alpha = (1-R)^2/2R \cdot (1)$$

where $\alpha$ is the absorption coefficient and $R$ the reflectivity at a particular wavelength[17].

According to the Tauc relation, the absorption coefficient $\alpha$ for a material is given by $\alpha = A(h\nu - E_g)n$---(2), Where $E_g$ the band gap, constant $A$ is different for different transitions, $(h\nu)$ is photon energy in eV and $n$ denotes the nature of the sample transition[18]. The ‘n’ in the equation has values 1/2, 2, 3/2 and 3 for allowed direct, allowed indirect, forbidden direct and forbidden indirect transitions [19-21] respectively. The TAUC plot of a sample defines the optical band gap as the region A in fig.3. The tauc plot of the sample is given in Fig 3. It is reported that optical gap energy of nano-sized crystal depends on its crystallite size, it increases with decreasing crystallite size in the nano size range [22-23].

![Fig.3-optical band gap energy variation with absorption.](image)

The absorption coefficient at the photon energy below the optical gap (tail absorption) depends exponentially on the photon energy: $\alpha(h\nu) \propto \exp(h\nu/E_u)$---(4) where $E_u$ is called Urbach energy. The region B in the fig.3 represents the Urbach energy. The absorption edge called the Urbach energy, depends on temperature, thermal vibrations in the lattice, induced disorder, static disorder, strong ionic bonds and on average photon energies [24]. The edge arises due to a radiative recombination between trapped electrons and trapped holes in tail and gap states as shown in Fig.3, and is dependent on the degree of structural and thermal disorder [25]. It is observed in many cases that optical absorption by defects also appears at energy lower than optical gap (region C of fig.3). This region is related to the structural properties of materials[26].

The extinction coefficient and the absorption coefficient are related as $\alpha(E) = 4\pi/\lambda \cdot (k(E))$---(3).

The natural logarithm of the absorption coefficient, $\ln(\alpha(h\nu))$, was plotted as a function of the photon energy, $h\nu$ (Fig.5). The value of $E_u$ was calculated by taking the reciprocal of the slope of the linear portion in the lower photon energy region of curves. The measurement of temperature-dependent Urbach tails distinguishes a temperature-dependent tail and a temperature-independent part, which mainly are due to intrinsic defects. The latter can be controlled by improving the crystal growth and the purity of the ingredients. The temperature-dependent part of the Urbach tail, is purely of intrinsic reasons[27].

### 2.2. Refractive Index and Dispersion

Variation of refractive index with wavelength was also studied. The refractive index values show a linear decrease with the increase in wavelength. Fig.7 shows the variation of the dispersion curve with annealing temperature. Refractive index value shows a slight increase with increasing annealing temperature and attains a fixed value after a particular wavelength. The refractive index values showed a linear decrease with the increase in wavelength when plotted with refractive index along the Y-axis & wavelength along the X-axis (figure 6).

The dispersion of refractive index below the interband absorption edge is analyzed using the Wemple-DiDomenico (W-D) model [28]. In the W-D model, the refractive index $n$ can be written as $n^2 - 1 = E_d E_o / (E_d^2 - E_o^2)$---(5).

Where $E$ is the photon energy, $E_o$ is the oscillator energy, and $E_d$ is the dispersion energy. Wemple and DiDomenico reported that the dispersion energy may depend upon the charge distribution within each unit cell, and that it would be closely related to chemical bonding [28]. The oscillator energy $E_o$ and dispersion energy $E_d$ are obtained from the slope $(E_o E_d)^{-1}$ and intercept $E_o/E_d$ on the vertical axis of the straight line portion of $(n^2 - 1)^{1/2}$ versus $E^2$ plot. The static refractive index $n(0)$ at zero photon energy is evaluated from Equation (5), i.e. $n^2(0) = 1 + E_o/E_d$---(6) [29].

### 3. Results and Discussion

UV-VIS analysis, clearly confirms that band gap energy of the nano ceramic material increases as the annealing temperature of the sample is increased. The optical analysis of the ceramic material prepared by solid state reaction technique is successfully done using UV-Vis Spectro photometer. Here the direct allowed transitions are considered.
The Tauc plot is plotted with $hv$ along the X-axis and $(h\nu \alpha)^2$ along the Y-axis. The band gap at a particular temperature is found by extrapolating the X axis. The Tauc plot of the sample at temperatures 950°C is given in Fig.4. The band gap energy value of $L_{0.1}Z_{0.9}BCCO$ at the calcined temperature 950°C is calculated as 4.9 eV.

![Tauc Plot](image)

**Fig.4.** The Tauc plot of $L_{0.1}Z_{0.9}BCCO$.

It is observed that band gap energy rises with increase in annealing temperature of the sample (fig.4). The energy levels are dependent on the degree of structural order–disorder in the lattice. The band gap increases with the crystallite size but decreases as the perovskite phase is formed which proves the quantum confinement also decreasing its dislocation density.

As the temperature is increased, the crystallite size also increases which shows an increase in band gap energy [12]. Tauc plot data well confirms that the band gap energy of the sample increases slightly when the temperature is increased. The energy levels are dependent on the degree of structural order–disorder in the lattice. Therefore, the increase of structural organization in nano ceramic leads to a reduction of the intermediary energy levels and consequently increases the $E_g$ values.

Urbach energy is calculated by plotting the natural logarithm of the absorption coefficient with the energy in eV (Figure 5). This energy value is found to be lower than the band gap energy and hence Sumi-Toyozawa(ST) model theory can be well applied to this material.

![Urbach energy calculation](image)

**Fig.5.** Absorption variation with photon energy of $L_{0.1}Z_{0.9}BCCO$
Variation of refractive index of the sample with wavelength was also studied. Analysis clearly shows that refractive index of the sample decreases as the wavelength increases and attains a definite value at all temperatures. This linear variation of the refractive index with the wavelength is due to dispersion of light energy at the different interstitial layers. The refractive index also shows a linear relation with the photon energy (fig.6). The increase in refractive index is due to crystallization of the perovskite phase. The refractive index of perovskites is known to be proportional to their electronic polarization per unit volume which is inversely proportional to distance between atomic planes. This result can also be explained by an increase in crystallite size.

![Graphs showing the variation of refractive index with wavelength and photon energy](image)

**Fig.6.** Variation of Refractive index (n) with (a) wavelength and (b) photon energy of \( L_{0.1}Z_{0.5}BCCO \)
Refractive index of the sample annealed at a temperature can be calculated using Sellmeir dispersion formula.[30]. The dispersion energy of the sample was calculated using the Wemple-DiDomenico (WD) model. Results are plotted graphically in (Fig.7).

The data of the dispersion of the refractive index \( n \) were evaluated according to the single oscillator model proposed by Wemple and DiDomenico as,

\[
\frac{\Delta n^2}{n^2} = 1 + \left( \frac{E_0}{E_0^2 - h\nu^2} \right)
\]

where \( E_0 \) is the oscillator energy and \( E_d \) is the oscillator strength or dispersion energy.

Plotting of \( (\Delta n^2)^{-1} \) against \( (h\nu)^2 \) allows to determine, the oscillator parameters, by fitting a linear function to the smaller energy data, \( E_0 \) and \( E_d \) can be determined from the intercept, \( (E_0/E_0) \) and the slope \( (1/E_0E_d) \). \( E_0 \) is considered as an average energy gap to, it varies in proportion to the Tauc gap \( E_0 \sim 2E \).

The oscillator model can be also written as

\[
\frac{\Delta n^2}{n^2} = S_0 \lambda_0^2 \left[ 1 - \left( \frac{\lambda_0}{\lambda} \right)^2 \right]^{-1}
\]

where \( \lambda \) is the wavelength of the incident radiation, \( S_0 \) is the average oscillator strength and \( \lambda_0 \) is an average oscillator wavelength.

The curves of \( (\Delta n^2)^{-1} \) against \( (1/\lambda^2) \) (Fig.8) are fitted into straight lines following the Sell Meier’s dispersion formula. The value of \( S_0 \) and \( \lambda_0 \) are estimated from the slope \( (1/S_0) \) and the infinite wavelength intercept \( (1/S_0\lambda_0)^2 \).
The dispersion energy also shows a decline as the temperature rises and the sample attains its perovskite phase. The curves with straight line graphs confirms the sell Meier's dispersion formula. Further the mechano chemical process has an advantage due to low-costs and widely available materials, leading to a simplified process.

4. Conclusion

Studies confirmed high band gap energy showing high dielectricity. The UV emission peak shifts significantly to higher wavelengths with increasing annealing temperatures. As the binding energy increases the dielectric properties of the materials also increases. It is confirmed that tunable band gaps are obtained by varying annealing temperatures. Band gap energy and The optical properties of the nano ceramic material $L_{0.1}ZY_{0.9}BCCO$ can be utilized for UV-VIS shielding applications. Optical measurements confirmed that absorbance and reflectance varies with temperature. According to Wemple- DiDomenico single-oscillator model the dispersion energy decreases as the sample attains its perovskite phase. As the band gap energy increases at high temperature the material becomes more dielectric. For new generation capacitors nano crystalline ceramics $L_{0.1}ZY_{0.9}BCCO$ materials will prove as a future substitute.

ACKNOWLEDGMENTS

The authors are thankful to SAIF, Kochi for providing the instrumental data, UGC for providing financial assistance and to the Principal, CMS College, Kottayam, Kerala for providing the facilities.

REFERENCES

[1] Ghobadi International Nano Letters 2013, 3:2 http://www.inl-journal.com/content/3/1/2.
[2] Reenu Jacob, Harikrishnan G.Nair, Jayakumari, Optical band gap analysis of nano-crystalline ceramicpbrcacu, Journal of advances in physics, Vol 5, No.3, 816, 2014.
[3] ZhiMengLuo et al., 2013 Dielectric and Tunable Properties of Lead Barium Strontium Titanate Thin Films Fabricated by Radio Frequency Magnetron Sputtering Method, Advanced Materials Research, 652-654, 1728.
[4] Chang Q. Sun., 2007. Size dependence of nanostructures: Impact of bond order deficiency Progress in Solid State Chemistry, 35: 1-159.
[5] Alivisatos, A.P., 1996. Semiconductor clusters, nanocrystals and quantum dots, Science, 271: 933-937.
[6] Hu, J., Odom, T.W., Lieber, C.M., 1999. Chemistry and Physics in One Dimension: Synthesis and Properties of Nanowires and Nanotubes, Acc. Chem. Res. 32 : 435-445.
[7] Brus, L.E., Trautman, J.K., 1995. Trans. R. Soc. London Ser., A-Math Phys. Eng. Sci. 353: 313.
[8] Heath, J.R., 1999.Nanoscale Materials, Acc. Chem. Res., 32 : 388.
[9] DechanAngmo, Plasticphotovoltaics.org.
[10] Wikipedia.org/wiki/Molecular orbital theory.
[11] N. Nepal, J. Li, M. L. Nakarmi, J. Y. Lin, and H. X. Jiang, Temperature and compositional dependence of the energy band gap of AlGaN alloys, Department of Physics, Kansas State University, Manhattan, Kansas 66506-2601.
[12] Reenu Jacob, Harikrishnan G Nair, Jayakumari, Optical Band Gap Analysis of Nano-Crystalline Ceramic PbSrCaCuO, Journal of Advances in Physics, 2014, ISSN 2347-0.9.
[13] Vinila, V.S., Jacob, R., Mony, A., Nair, H.G., Issac, S., Rajan, S., Nair, A.S. and Isac, J. (2014) XRD Studies on Nano Crystalline Ceramic Superconductor PbSrCaCuO at Different Treating Temperatures. Crystal Structure Theory and Applications, 3, 1-9. http://dx.doi.org/10.4236/csta.2014.
[14] T. Dhannya, S. Jayalekshmi, M. C. SanthoshKumar, T. PrasadaRao and A. ChandraBose, Effect of Aluminium.
[15] Doping and Annealing on Structural and Optical Properties of Cerium Oxide Nanocrystals, Journal of Physics and Chemistry of Solids, 70 (11), (2009) 1443 - 1447.
[16] Chemistry of Solids, 70 (11), (2009) 1443 - 1447.
[17] S. Varghese, M. Iype, E. J. Mathew and C. S. Menon, Determination of the Energy Band Gap of Thin Films of Cadmium Sulphide, Copper Phthalocyanine and Hybrid Cadmium Sulphide/Copper Phthalocyanine from Its Optical Studies, Materials Letters, 56 (6), (2002) 1078 - 1083.
[18] Choudhury et al. International Nano Letters 2013:25 doi:10.1186/2228-5326-3-25 licensee Springer.
[19] Keigo Suzuki, And Kazunori Kijima. 2005. Optical Band Gap Of Barium Titanate Nanoparticles Prepared By Rf-Plasma Chemical Vapor Deposition, Japanese Journal of Applied Physics, Vol. 44, No. 4a, 2005, Pp. 2081–2082, The Japan Society of Applied Physics.
[20] Tauc, J., Menth, A., 1972 Non Cryst. Solids 569 8.
[21] A. F. Khan, M. mehmood, A. M. Rana and T. Muhammad, Effect of Annealing on Structural, Optical and Electrical
[22] Properties of Nanostructured Ge Thin Films, Applied Surface Science, 256 (7), (2010) 2031 - 2037.

[23] J.W. Jeon, D.W. Jeon, T. Sahoo, M. Kim, J.H. Baek, J. L. Hoffman, N. S. Kim and I.H. Lee, Effect of Annealing Temperature on Optical Band-Gap of Amorphous Indium Zinc Oxide Film, Journal of Alloys and Compounds, 509 (41), (2011) 10062 - 10065.

[24] T. P. Kumar, S. Saravanakumar and K. Sankaranayanan, Effect of Annealing on the Surface and Band Gap Alignment of CdZnS Thin Films, Applied Surface Science, 257 (6), (2011) 1923 - 1927. IJSER © 2014 http://www.ijser.org

[25] X.M Lu, J.S. Zhu, W.Y. Zang, G.Q. Ma, Y.N. Wang, thin solid Films 274 (1996) 165

[26] N. Golego, S.A Studenikin, M. Cocivera, Chem. Mater. 10 (1998) 2000.

[27] H. Sumi and Y. Toyozawa, J. Phys. Soc. Jpn. 31, 342 (1971).

[28] Dennis P. Shay -DEVELOPMENT AND CHARACTERIZATION OF HIGH TEMPERATURE, HIGH ENERGY DENSITY DIELECTRIC MATERIALS TO ESTABLISH ROUTES TOWARDS POWER ELECTRONICS CAPACITIVE DEVICES- The Pennsylvania State University The Graduate School Department of Materials Science and Engineering May 2014.

[29] S. Kugler: Lectures on Amorphous Semiconductors- 4 May 2013 ... www.slideserve.com/Leo/optical-properties.

[30] M. Letz, 1 A. Gottwald, 2 M. Richter, 2 V. Liberman, 3 and L. Parthier 4 1Schott AG, Temperature-dependent Urbach tail measurements of lutetium aluminum garnet single crystal -Research and Development, Hattenbergstr. 10, D-55014 Mainz, Germany 2Physikalisch-Technische Bundesanstalt (PTB), Abbeestr. 2-12, D-10587 Berlin, Germany 3Lincoln Laboratory, MIT, 244 Wood St., Lexington, Massachusetts 02420-9108, USA 4Schott Lithotec AG, Otto-Schott-Str. 13, D-07745 Jena, Germany.-: PHYSICAL REVIEW B 81, 155109 _2010.